TITTLE:
OPTIMIZATION OF BRAKE MASTER PRODUCTION PROCESS (GRAVITY DIE CASTING)

PREPARED BY:
MUHAMAD NOR SHARIZAL B. ABD RAHMAN  98079448
MIOR SHAHRULNIZAM B. MIOR AHMAD  98079217
MOHAMMAD AZIZI B. ABDULLAH  98079263

SUPERVISOR:
PN. NORAINI BT. WAHAB

MEI 2001
This report is submitted to the Faculty of Mechanical Engineering, Universiti Teknologi Mara in partial fulfillment of the requirement for Diploma in Mechanical Engineering (Manufacturing).

Prepared By:

Signature: .................................................
Name: MUHAMAD NOR SHARIZAL B. ABD RAHMAN K/P UITM: 98079448

Signature: .................................................
Name: MIOR SHAHRUL NIZAM B. MIOR AHMAD K/P UITM: 98079217

Signature: .................................................
Name: MOHAMMAD AZIZI B. ABDULLAH K/P UITM: 98079263

Approved by:

Signature: .................................................
Signature: .................................................
PN NORAINI BT. WAHAB COURSE TUTOR
(PROJECT ADVISOR)

Signature: .................................................
DEAN FACULTY.
ABSTRACT

This project had been done for 8 month. It took place at Sanyco Grand Industries sdn bhd. which located at Lot 3 Jln u1/15, Seksyen U1, Hicom Glenmarie Industrial Park, Shah Alam. This project involve with gravity casting process. The materials used for this process is Aluminium Alloy known as LM27 in British Standard and AC2B in Japanese Standard.

The aim of this project is to study the effects of reducing cycle time and heat treatment on the mechanical properties of the cast. First we try to reduce the cycle time. It involve with moulding process. The standard time for solidification is 90. So we try to reduce it.

The other studies are about the heat treatment. In Sanyco Grand. The T6 conditions are used. Which mean the material or products have to treat in two furnaces T4 and T5, solution heat-treated and artificially used. In this study case we try to reduce the T4 and maintain the T5 temperatures. We going to find whether the product still in the specification requirement in the mechanical properties, such as hardness, tensile and ductility.

At the end, in our study we find that the time we reduce for case study 1, that hardness of the cast is in specification and it can be use for production process. In case study 2, we find that hardness will increase when the temperature increase.
CHAPTER 1

1.0 Introduction 1
1.1 Design advantages of casting 2
1.2 Advantages of casting compare to other working process 3
1.3 metallurgical advantages 4
1.4 Metal mould casting process 5
1.5 Guide to the selection of aluminium casting alloy 6

CHAPTER 2

2.0 Casting type use 7
2.1 Permanent mould casting (Gravity Casting) 7
2.2 Advantages of permanent mould casting 9
2.3 Limitation of permanent mould casting 9
2.4 Die for permanent mould casting 10
2.5 Melting equipment for foundry 12
   2.5.1 Crucible furnace 12
CHAPTER 3

3.0 Materials 15
3.1 Aluminium and it alloy 15
3.2 General characteristic of alluminium 16
3.3 Advantages of aluminium 17
3.4 Defects of alloy element 18
3.5 Material uses 20
   3.5.1 Strength of elevated temperature 20
   3.5.2 Physical properties 21
   3.5.3 Machine ability 21
   3.5.4 Corrosion resistant 21
   3.5.5 Anodizing 21
   3.5.6 Casting characteristics 22
   3.5.7 Heat treatment 23
   3.5.8 Applications 24

CHAPTER 4

4.0 Melting aluminium alloy 25
   4.0.1 Bulk melting 25
   4.0.2 Holding furnace 26
   4.0.3 Crucible furnace 26
4.1 Ladles 26